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(i)
CHCl 3 /EtOH 30 mL/10 mL for the R1 and R3, N-ethylmorpholine, reflux 5d.
(ii) THF/EtOH 30 mL/10 mL for R2, N-ethylmorpholine, reflux 5d. 
Polymeric Complexes MSP1, MSP2, MSP3
0.070 g, 0.158 mmol of polymer P1 1 and 0.166 g, 0.237 mmol of monocomplex R1 or 0.235 g, 0.237 mmol of monocomplex R2 or 0.278 g, 0.237 mmol of monocomplex R3 were dissolved in either CHCl 3 /EtOH 30 mL/10 mL for the R1, R3 or THF/EtOH 30 mL/10 mL for R2. After addition of N-ethylmorpholine 5 drops, the solution was degassed and refluxed for 5 days. After cooling to r.t. the mixture was filtered through Celite, which was thoroughly washed with THF of a given MSP in chloroform was placed onto a glass slide and sheared/spread onto the slide with a glass cover slip. The cover slip was then removed and the MSP sample was allowed to dry. Samples were then observed between crossed polarizers under 16x magnification.
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FIGURE S2: CPOM images of MSP1 (a) and MSP3 (b) samples prepared by the shearing procedure. Image full width is 500 microns.
